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Resumo 
Abstract 
Microencaosulation it is a technology lhal desr:rihP.s SP.VP.ril l rrnr.ps<;P<; In r.mtPr <Jn 'lrliiiP "~<;nt IAii(h "' r •otet:!i'.''= 
wall material. Encapsulation of oils has been attempted and commercialized using many techniques such as 
spray drying, coacervation and interfacial polymerisation 
The microencapsulation of oils with textile application has as objective the incorporation in the fabric, during its 
conception. of micrometric particles that contains one definitive perfume. The impermeability of these particles 
and its adheston to the textile allow that this perfume is liberated gradually and kept during some launderings. 
These microcapsules settled to the textile material must have mechanical resistance enough to support multiple 
launderings and a permeability such that assures the maintenance of the perfume (constituted of species with 
very diverse volatilities) during long periods. The project concerned with the production of microcapsules and 
characterization. and the process was adjusted to industrial realtty. 
Interfacial polymerisation was used to produce polyurethane-urea mtcrocapsules with limonene oil as active 
agent. The characterisation of the microcapsules include particle size distribution. optical mtcroscopy. scanning 
electron microscopy, Fourier transform infra-red and GC-headspace. 
Microcapsules were produced in a basic IKA® Miniplant laboratory reactor. in order to produce microcapsules 
with controlled parameters 
The production of polyurethane-urea microcapsules using the interfacial polymerization technology was 
performed. In this formulation, limonene. a fragrant chemical characteristic of the lemon oil - was 
microencapsulated, because lemon oil is the most used oil in perfumery. lt resulted in m. Thepmicrocapsules 
with bimodal distribution and average size equal to 10 GC-Headspace analysis allows us to verify thatlimonene 
was present inside the microcapsules, and also the fragrance presented on the textile In th is case, the limonene 
was higher on textile impregnated with this microcapsules than the textile impregnated with commercial 
microcapsules. Using scanning electron microscopy it is visible the presence of well defined microcapsules on 
the woven. 
This project is funded by Adl - Agencia de lnovac;:ao, in the aim of the "ldeia - Apoto a lnvestigac;:ao e 
Desenvolvimento Empresarial Aplicado'' Projects. 
Clique aqui para baixar o artigo complete 
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RESUMO - A produc;:ao de microcapsulas de poliuretano-ureia usando a tecnologia de 
polimerizac;:ao interfacial foi realizada. As microcapsulas foram produzidas num reactor 
de laboratorio IKA® Miniplant, de modo a que a produc;:ao das microcapsulas fosse corn 
os parfunetros controlados. Nesta formulac;:ao, o limoneno, uma fragnlncia quimica 
caracteristica do oleo de limoneno - foi encapsulado, porque este oleo e 0 mais usado na 
industria de perfumaria. Foram obtidas microcapsulas corn distribuic;ao bimodal e um 
tamanho medio de 1 OJ..Lm. A caracterizac;ao das microcapsulas foi feita atraves da 
distribuic;:ao de tamanho de particulas, microscopia optica e microscopia electronica de 
varrimento. 
Key-words: Microencapsulation, limonene oil, polyurethane-urea. 
ABSTRACT - The production of polyurethane-urea microcapsules using the interfacial 
polymerization technology was performed. Microcapsules were produced in a basic 
IKA® Miniplant laboratory reactor, in order to produce microcapsules with controlled 
parameters. In this formulation, limonene, a fragrant chemical characteristic of the lemon 
oil - was microencapsulated, because lemon oil is the most used oil in perfumery. It 
resulted in microcapsules with bimodal distribution and average size equal to 1 OJ..Lm. The 
characterisation of the microcapsules includes particle size distribution, optical 
microscopy and scanning electron microscopy. Using scanning electron microscopy it is 
visible the presence of well defined microcapsules on the woven. 
XVII CONGRESSO BRASILEIRO DE 
ENGENHARIA QUIMICA 
~ IV CONGRESSQ BRASILEIRO DE 
TERMODINAMICA APLICADA 
14 a 17 de Setembro 2008 EHGEHHARJA QUfMICA EHERGIA E HOVOS DESAFIOS Mar Hotel • Recife • PE 
1. INTRODU<;AO. 
As microcapsulas sao utilizadas sempre 
que se pretende (i) que urn determinado 
composto activo seja libertado de uma forma 
controlada ou esteja protegido contra os efeitos 
da atmosfera, (ii) diminuir o efeito t6xico 
(pesticidas ou medicamentos), (iii) mascarar 
sabores ou adores e (iv) separar componentes 
incompativeis. Par exemplo, o papel quimico 
que deve ser libertado sabre a pressao da 
caneta, os pesticidas na agricultura que 
precisam actuar durante longos periodos a 
baixas concentraryoes, colas corn dois 
componentes que apenas pode entrar em 
contacto no momento em que interessa fazer a 
adesao, medicamentos que fornecem ao 
organismo concentraryoes constantes em vez de 
picas ou que devem ser libertados em locais 
especificos. Os processos mais importantes 
para produzir microcapsulas sao: coacervaryao 
(Burtin et al, Sophie et al, Soper et al e Llorens 
et al), "spray drying", polimerizaryao interfacial 
e processo de evaporaryao do solvente 
(Kvitnitsky et al, Orsolini et al, Weisser et al). 
0 metodo designado por polimerizaryao 
interfacial corresponde a fonnaryao inicial de 
particulas a partir dos elementos a 
microencapsular e de urn ou varios reagentes . 
Estes ultimos, par reacryao e num processo de 
polimerizaryao interfacial, dao origem a parede 
da microcapsula. Estes materiai s polimericos 
podem ser poliuretanos, poliureias, 
pal iacri latos, pal iesteres, am ino/formaldeido, 
entre outros. A multiplicidade de polimeros 
possiveis permite diversificar as propriedades 
da parede da microcapsula, nomeadamente 
permeabi lidade, resistencia e adesao a 
substratos. Analisando as patentes publicadas, a 
maior aplicaryao da polimerizaryao interfacial 
corresponde a microencapsularyao de material 
solido ou totalmente insoluvel em agua como 
ad itivos das tintas, fertilizantes, pesticidas e 
medicamentos. 
A polimerizaryao interfacial resulta por 
vezes em deficiencias nas paredes das 
microcapsulas. A estrutura polimerica formada 
depende da composi ryao da particula e esta e 
estabelecida logo no momento em que se forma a 
gota bastando que elas nao estejam iguais para 
criar fortes diferenryas. Este processo pode 
tambem estar comprometido caso os mon6meros 
reajam corn o material a encapsular. 
A opryao pelos poliuretanos obriga a 
encontrar uma soluryao para ultrapassar o facto de 
os componentes de urn perfume reagirem com os 
isocianatos e portanto nao ser passive! recorrer a 
urn processo de polimerizaryao interfacial. 'Ial 
como e conhecido na literatura (Oertel et al) os 
poliuretanos podem ser sintetizados num 
processo de polimerizaryao interfacial. 
Geralmente, na produyao de 
microcapsulas a dispersao em agua e feita coma 
ajuda de urn surfactante. Esta ideia de 
microencapsular corn poliisocianatos 
funcionalizados ja foi testada( Liang et al , Walter 
et al) mas para outro tipo de material a 
microencapsular. 
2. MA TERAIS E ME TO DOS 
Limoneno (Aidrich, Ref.1831 ~ ), 
Diisocianato de hexametileno - J;IMDI (Bayer, 
Desmodur W), Dilaurato de .Dibutilestanho-
DBTDL (Fluka, Ref.34930), Polietilenoglicol -
PEG400 (Merk, Ref.8074851 ),Etanodiarnina -
EDA (Panreac, Ref. l 2 1869) e hidrazina - HYD 
(Fiuka, REF .53850), Alcool poliv'inilico - PV A 
(Celanese Chemicals, Celvol 840)1 e Triton CA 
(Dow Company). 
No presente trabalho optou-se pela sintese 
de microcapsulas do tipo uretano-ureia utili zando 
urn processo de polimerizaryao interfacial. Este 
processo tern como base a forma<;ao do polimero 
numa interface formada por dais liquidos 
imisciveis, devendo cada uma das fases canter 
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urn dos mon6meros necessaries a forma«;:ao do 
material. 
Forma«;:ao da emulsao 61eo-agua: A 
emulsao 61eo-agua e formada pela mistura de 
uma fase organica (FO) e de uma fase aquosa 
(FA 1 ). A FO contem o limoneno e o HMDI. A 
FA I e constituida por agua e PVA. Esta 
emulsao e preparada num goble e a agita«;:ao 
promovida corn urn ultraturrax (IKA modelo 
T25 Basic). Seguidamente e transferida para 
urn reactor IKA de vidro dotado corn urn 
sistema de aquecimento e agita«;:ao. 
Tipicamente, a emulsao e colocada a 80 oc e a 
agita«;:ao regulada para 1 00 rpm. 
Forma«;:ao da fase uretano: Corresponde a 
adi«;:ao da fase aquosa F A2 (agua, PEG 400 e 
DBTDL) a emulsao formada no passe anterior. 
Esta fase tern a dura«;:ao tipica de uma hora. 
Forma«;:ao da fase ureia: Ap6s a fase de 
forma«;:ao do uretano adiciona-se a fase aquosa 
F A3 (agua e EDA). Depois adiciona-se a fase 
aquosa F A4 (agua e HYD). Esta fase tern a 
dura«;:ao tipica de duas horas (uma hora para 
cada amina). 
Separa«;:ao e lavagem: separa«;:ao, lavagem 
corn solu«;:ao de etanol (30% v/v), separa«;:ao, 
lavagem corn agua e separa«;:ao. Numa etapa 
final e adicionada uma solu«;:ao aquosa 
contendo urn emulsionante externo. A adi«;:ao 
deste emulsionante destina-se a melhorar a 
compatibi lidade das microcapsulas corn a agua 
para posterior armazenagem. 
3. RESULT ADOS E DISCUSSAO 
3.1 Distribui~ao do tamanho da 
particula 
A distribui«;:ao de tamanho de particula foi obtida 
atraves da dispersao laser. A Figura 1 mostra a 
distrubui«;:ao de particulas de microcapsulas de 
poliuretano-ureia contendo limoneno. 0 tamanho 
medio de particula, baseado na distribui«;:ao em 
volume, e de I 0 J.lm. 
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Figura 1. Distribui«;:ao de tamanho de particulas 
de microcapsulas de poliuretano-ureia contendo 
limoneno. 
3.2 Microscopia optica 
A microscopia 6ptica mostrou importantes dados 
sobre a forma das microcapsulas produzidas. Na 
figura 2 e visfvel o aspecto das microcapsulas de 
limoneno, e possivel confirmar a pequena 
dimensao dos produtos obtidos, a sua forma 
esferica e a ausencia de aglomerados. 
Figura 2. Microscopia 6ptica de solu«;:ao de 
microcapsulas (1 OOx). 
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3.3. Microscopia electronica de 
varrimento 
Analisou-se por microscopia electr6nica 
de varrimento (MEV) o tecido impregnado corn 
microcapsulas de limoneno. Como se pode 
observar na Figura 3, a fotografia de MEV 
revela uma presen'ta significativa de 
microcapsulas no tecido impregnado. Pode-se 
verificar a forma esferica das microcapsulas 
assim como a morfologia da sua superficie. 
Figura 3. Fotografia de microscopia electronica 
de varrimento de uma amostra de tecido 
impregnada corn microcapsulas de limoneno. 
4. CONCLUSOES 
Neste estudo foram produzidas 
microcapsulas de poliuretano-ureia contendo 
limoneno corn sucesso. 
A distribui'tao de tamanho de particula 
foi obtida usando dispersao laser. Observamos 
uma distribuiyao bimodal em volume e o 
tamanho medio de particula obtido foi I Oflm. A 
observa'tao das microcapsu la atraves de 
microsc6pio 6ptico confirmou a forma esferica, 
os diferentes tamanhos e a ausencia de 
aglomerados. 
Atraves de MEV foi possivel observar a 
boa adesao das microcapsulas ao tecido textil, 
confirmar a sua forma esferica, morfologia da 
superficie das paredes e o tamanho de particula. 
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